Reagent precipitation of copper ions from wastewater of machine-building factories

L A Porozhnyuk, N S Lupandina, E V Porozhnyuk

Belgorod State Technological University named after V.G. Shoukhov Russia, 308012, Belgorod, Kostyukov St., 46

E-mail: lporozhnyuk@yandex.ru

Abstract. The article presents the results of reagent removal of copper ions from wastewater of machine-building factories. The urgency of the study is conditioned by the widening of the range of effective reagents through the implementation of industrial waste. The investigation covers mineralogical and fractional composition of chalk enrichment waste. In the work, the conditions of thermal activation of chalk enrichment waste used for reagent removal of copper ions from wastewater were elaborated. It was shown that the thermal activation of waste facilitates the increased treatment efficacy up to the set sanitation, hygiene and technological standards.

1. Introduction.
The main source of copper in natural water is wastewater of chemical, metallurgical, machine-building and electroplating industries [1–4]. The reason of copper presence in wastewater is corrosion of copper pipelines and other facilities of a water supply system. The maximum allowable concentration of copper in sanitary and household water bodies is 0.1 mg/l (Limiting Harmful Index is general sanitary), while in fishery waters it is 0.001 mg/l. Excess copper has harmful effect on endotherms, causes acute poisoning of humans and animals, has a wide range of toxic effects with a variety of clinical signs [5]. Heavy metals from wastewater can be removed by a bunch of methods, of which the reagent treatment is most frequently used [6–12].

2. Materials and Methods.
The object of study is model wastewater with copper ion concentration from 0.5 up to 1.5 g/l. Model wastewater was prepared by dissolving a sample of copper sulphate pentahydrate in distilled water. The other object of study was the oversize fraction of chalk particles larger than 2 mm with the wetness of 34.7%.

The total content of active calcium and magnesium (CaO+MgO) in water extract was determined by titrimetry by 1N solution of hydrochloric acid. The content of active magnesium oxide (MgO) was determined by trilonometry. The mass concentration of copper was determined by colorimetry with sodium dimethylthiocarbamate. The XRD analysis of chalk waste ground in agate mortar and compacted into a tablet was performed on the DRON-3 diffractometer with X-ray tube BSV-27(Cu). The fractional composition was determined by wavelength X-ray fluorescence analysis on the ARL 9900 spectrometer.
3. Results and Discussion
According to literature sources, the reagent precipitation of copper ions as hydroxide or hydroxycarbonate follows the scheme:

\[
\begin{align*}
\text{Cu}^{2+} + 2\text{OH}^- \rightarrow \text{Cu(OH)}_2 \downarrow, \\
2\text{Cu}^{2+} + 2\text{OH}^- + \text{CO}_3^{2-} \rightarrow (\text{Cu}_2(\text{OH})_2\text{CO}_3) \downarrow,
\end{align*}
\]

The solubility product of copper hydroxide is \(8.3 \times 10^{-20}\), while that of basic copper carbonate is \(1.7 \times 10^{-34}\). In this connection, copper ions are reasonable to be precipitated as basic carbonate. Thus, the solution of the neutralizing reagent must contain both hydroxide ions (\(\text{OH}^-\)) and carbonate (\(\text{CO}_3^{2-}\)) ions.

The reagent feedstock is the waste of chalk enrichment with the fractional composition presented in Table 1.

| Waste component | CaO | SiO2 | MgO | AlO | FeO | NaO |
|-----------------|-----|------|-----|-----|-----|-----|
| Content [%]     | 97  | 0.97 | 0.35| 0.29| 0.22| 0.31|

The implementation of the waste in the initial condition to remove copper ions from model solutions with the concentrations from 0.5 to 1.5 mg/dm\(^3\) allowed reaching the purification degree from 36 to 55%, which is insufficient regarding the sanitary and hygiene standards.

To increase the purification degree, the reagents were prepared by burning the chalk waste (thermal activation) at different temperatures from 600 to 900 °C. The choice of temperature interval is conditioned by the decomposition beginning temperature of \(\text{CaCO}_3\) of 600 °C; however, the reaction is incomplete and slow. Total decomposition of \(\text{CaCO}_3\) occurs at approximately 900 °C. The decomposition of \(\text{MgCO}_3\) begins at 400 °C and complete decomposition starts from 710 °C.

Important components of chemical precipitation of copper ions are calcium and magnesium compounds. Each produced specimen after burning was analysed for the content of total active calcium and magnesium, and active calcium. The results are in Fig. 1. Evidently, the increase of chalk burning temperature facilitates increased total content of CaO+MgO, and active CaO. The maximum values are reached after burning chalk at 700–1000 °C.

Simultaneously, pH of the water extract was established for the specimens of thermally activated reagents since this indicator is an important factor of reagent precipitation of metal ions. According to literature, pH of copper ion precipitation beginning is 3.8; the end value is 6.02. The average copper precipitation pH is 5.3. According to Fig. 1, the required pH is reached when using reagents produced by burning at 700–900 °C.

Figure 1. The dependence of total content of CaO+MgO, pH of medium and active calcium on chalk burning temperature

Figs. 2 and 3 present X-ray diagrams of unburnt chalk specimens and those burnt at 800 °C.
The comparative analysis of the diagrams in Figs. 2 and 3 shows that the intensity of diffraction maxima, which are characteristic for the following minerals: calcite CaCO$_3$ (d, (Å) = 3.043; 1.916; 1.879); dolomite CaMgCO$_3$ (d, (Å) = 2.853; 2.290; 2.099) and magnetite MgCO$_3$ (d, (Å) = 2.853; 1.629), decreases. And at the same time, the intensity of diffraction maxima increases, which is characteristic for the following minerals: Ca(OH)$_2$ ((d, (Å) =4.793; 2.63; 1.93; 1.79) and Mg(OH)$_2$ ((d, (Å) =4.77; 2.365; 1.79).

Thus, the thermal treatment of chalk waste specimens allows obtaining the reagent containing at the same time carbonates and hydroxides of calcium and magnesium, which in its turn is a condition of effective precipitation of copper ions from the solution.

![Figure 2. XRD analysis of chalk waste specimen](image1.png)

![Figure 3. XRD analysis of the reagent burnt at 800 °C](image2.png)

The testing was done with model solutions containing copper ions with the concentration from 0.5 to 1.5 g/dm$^3$. The dependencies of purification efficacy on the mass of thermally activated reagents and initial concentrations of model solutions were obtained.
4. Conclusion.
Thus, the study results have shown that the thermal activation of chalk waste allows obtaining the reagent capable of effective precipitation of copper ions from treated solution and can be implemented for deep purification of industrial wastewater, including machine-building industry.

5. Acknowledgments.
The article was prepared within the development program of the Flagship Regional University on the basis of Belgorod State Technological University named after V.G. Shoukhov, using the equipment of High Technology Center at BSTU named after V.G. Shoukhov.

References.
[1] Lebedev K B, Antonov V N, Ozerov A I 1983 Purification and control of wastewaters of non-ferrous metallurgy enterprises, Metallurgy, Moscow.
[2] Smirnov D N, Genkin V E 1980 Purification of wastewater for metal processing (Metallurgy, Moscow)
[3] Moore J V, Ramamurti S 1987 Heavy metals in natural waters (Mir, Moscow)
[4] Milovanov L V 1971 Purification of wastewater of non-ferrous metallurgy enterprises (Metallurgy, Moscow)
[5] Porozhnyuk L A, Chemerichenko E N 2013 Removal of Ni^{2+}, Cu^{2+} and CrO_4^{2-} by aluminum-containing technogenic waste Bulletin of BSTU 4 161–163
[6] Sverguzova S V, Porozhnyuk L A, Vasilenko T A 2009 Comprehensive disinfection of wastewater, disposal of water treatment precipitate and recycling of gypsum and metal containing industrial waste: monograph (BSTU Press)
[7] Lupandina N S, Kiryushina N Yu, Sverguzova Zh A, Elnikov D A 2010 Using industrial waste for wastewater treatment, Ecology and Industry of Russia 5 38-41
[8] Porozhnyuka L A, Lupandina N S, Porozhnyuk E V 2017 Research of Mechanisms of Copper Ions Removal out of Sewage of Machine-Building Productions by Combined Reagent Based on
Industrial Wastes. Solid State Phenomena 265 851-855
doi:10.4028/www.scientific.net/SSP.265.851
[9] Kutsiy V G 2004 Removal of Cu$^{2+}$, Co$^{2+}$, Ni$^{2+}$, Mn$^{2+}$, Fe$^{3+}$ and Cr$^{6+}$ from water solutions by metal oxides. Ecotechnology and resource saving 2 46–49
[10] Sverguzova Zh A, Elnikov D A, Sverguzova S V 2011 On the possibility to use the sugar industry waste for wastewater treatment. Bulletin of BSTU 3 128-133
[11] Smolenskaya L M, Kilyushik I Ya, Leiko O A, Druzhinina T V 2011 Study of the sorption processes of nickel and cadmium ions from water solutions of complexities on the basis of modified polyamide fiber, Chemical fibers 3 48–52
[12] Porozhnyuk LA, Sverguzova S V, Lopanov A N 2014 The use of aluminum-containing waste for aqueous media purification from the compounds of hexavalent chromium. Research journal of Applied Science 9(12) 1206-1210